Investigation of spacecraft materials that support microorganism growth  Summary report, 1 Sep. 1968 - 30 Jun. 1970 by Cooper, C. W. & Kemp, H. T.
General Disclaimer 
One or more of the Following Statements may affect this Document 
 
 This document has been reproduced from the best copy furnished by the 
organizational source. It is being released in the interest of making available as 
much information as possible. 
 
 This document may contain data, which exceeds the sheet parameters. It was 
furnished in this condition by the organizational source and is the best copy 
available. 
 
 This document may contain tone-on-tone or color graphs, charts and/or pictures, 
which have been reproduced in black and white. 
 
 This document is paginated as submitted by the original source. 
 
 Portions of this document are not fully legible due to the historical nature of some 
of the material. However, it is the best reproduction available from the original 
submission. 
 
 
 
 
 
 
 
Produced by the NASA Center for Aerospace Information (CASI) 
https://ntrs.nasa.gov/search.jsp?R=19710003542 2020-03-12T00:46:11+00:00Z
• • 
SUMMARY REPORT 
on 
INVJ~S'rIGA'rION OF SPACECRAFT ~fATERIALS 
l'HA'!' SUl:'P01{'l' NLUlWOHGANISH GlW\~'l'll 
(Contract No. NAS8-30S04) 
to 
GIWRGE C. MA1~SIIALL SPACE FI,IGIIT CENTER 
NATIONAL AERONAUTICS AND SPACE ADl1INIS'l'HA'fION 
MARSHALL SPACE FL1.GHT CEN'.rI~R 
June 17, 1970 
lI. T. Kemp and C. W. Cooper 
BATTELLE HEHORIAL INS'XITUTE 
COLUMBUS LABORATORIES 
50S King Avenue 
Columbus, Ohio 432(,1 
'rl .... 
.. .~ 
, 
f 
\ 
FOR 1~'1(1!ill 
This report WlJS prepared by Jatt.elle l>femor.ial Institute, Columbus 
Laboratories under Contract No. NASS-30504, entitled "Investigation of Spacecraft 
Matari.als That Support Hicroorganism Growth" for the George C. Marshall Space 
Flight Cente!;, of the National Aeronautics and Space Adl.'1~dstration. The work was 
administered under the technical direction of Mr. Frederick J. Beyerle, Program 
Monitor. The research described in this report was conducted during the period 
from September I, 1968, to June 30, 1970. 
f\.p,STRACT 
Seventeen coatings were selc~ted as being representative of 166 such 
materials applied ext'e:cnlll.ly on spacocrnft. The coatings were applied on aluminum 
rods and evaluated in the laboratory to determine whether they were resistant to 
microbial attack nnd whether nutrietlts from the coatings were available for the 
growth of microorganisms. Al.l of the coatings contained nutrients suitable for 
microbi&l growth or a11o~..,ec1 survival of t,..,o or more speciefJ t;ltudied. Some of the 
coatings, e.g., fungicide"containing varnishes, a phenolic butyrate, and a polyimide, 
appeared to be somewhat resistant to rnicl:obial at ''':ack ; while epoxy, acrylic, sili-
cone, silicate, nnd polyur~thanes respectively, in decreasing order of resistance, 
appcal~ to be mOl-C s\lsccptib 1e to attacl(. Microb:f.oc),de incorporatj,on into these 
coatings was reconnnended f:or improved :f.nhibition of microorganisms in regard to 
spacecraft sterilization and for increased protection from doterioration by micro-
organisms. 
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}:NTROD UCT ION 
The presence of microorganisms on external (',aated surfaces of unmanned 
spacecraft is undesirable tor two reasons: 
(1) The microorganisms can survive the adverse conditions of intcrplane-
tary spaceflight and contaminate other 'planets. This is considered 
undesirable since the contaminants could be a serious threat to 
indigenous planetary life forms, if present. 
(2) Prior to launch, during prolonged storage periods, and following im-
pact or landing on a planetary surface, the microorgan:f.sms could 
severely degrade spacecraft materials that are not inherently resis-
tant to microbial attack and significantly alter coating performance, 
Microbial growth and detex-ioration of materials presumes conditions 
. 
favorable to microorganisms, such as temperature, hwnidity, and other 
environmental conditions. 
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Coatings arc applied to external surfaces of spacecraft for varied reasons, 
including passive thermal control, radiation protection, radar reflectance, and to 
protect urldcrlying metal substrates from chemical attack, oxidation, and corrosion. 
These coatings arc selected (01· IHlrticulor sl>acecraft on the basis of laboratory. and 
sometimes flight, data in which some indication of their ability to withstand and 
perform in the space environment is ouCllincd. In addition co special requirements 
for each application, such as optical or electrical properties, these cOlltings must 
have excellent adhesion, stability to heat and radiation fluxes, and resistance to 
erosion from rain droplet6 or atmospheric particles. 
Coating materials for spacecraft can be categorized as fol10\~s: (1) metals, 
(2) inorganic compounds, and (3) organic and semiorganic compounds. Those coatings 
which arc further described as paints were the subject of this research program. By 
definition, various types of paints may fit into each of the above categories. A 
listing of individual paint coatings used on spacecraft is long indeed, considering 
past vehicles or ones now being used or intended for use: 
,qrbiting 
ATS I-III 
Discoverer 
Echo 
Explorer l-~'VII 
Geos 
Nimbus 
OAO 
OSO I-III 
OGO 
Pegasus I-III 
POGO 
Samos 
Tiros 
Transit 
Vanguard 
Deep $,p.ace and 
Lunar Orbiting 
IMP 
Lunar Orbiters I & III 
Mariner I-IV 
OSO I-III 
Pioneer 
Ranger-Mariner 
Surveyor 
Voyager 
Manned 
Apollo 
Gemini 
Mercury 
H>L 
H)R.L 
Sky Lab 
In this study, th\,')sc paint coatings used only on unmanned, orbiting, and deep space 
vehiclos were considered. 
A "tYI,iclll" interl,lllnctary spacecraft might have, dep(mding on its mission, 
the following coated components: 
Ant;cnna .. low Ci IE paint 
s 
Experimental sensors - low Ci IE paint 
s 
. Exposed electronic components - black paint 
Thermally isolated booms - blacl<. paint with aluminum foil 
Sun sensors - vacuum-deposited aluminum 
Isolation covers - aluminum mylnr multilayer 
Isolation band .. aluminum mylar or polyimide multilayer 
Equ:l.pment platform - aluminum honeycomb with high emittance bottom 
Etc. 
Only externally applied paint coatings were evaluated in this study. 
All organic mat cri.als can be susceptible to attack by microorganisms. Many 
inorganic materials such as metal Alloys contain trace amounts of metal salts which 
when leached out can provide essential mineral elements that tnay stimulate microbial 
growth. 'rhus, a combination of organic and inorganic materials, such as those found 
on external surfaces of spacecraft, can provide ample nutrients and essential elements 
for microbial growth. Furthel~ore, particulate nutrients in the form of dust, pollen, 
microbial spores, etc., can settle on these surfaces and also provide nutrients to 
support growth. Diurnal meteorolc.'sical and other fluctuations of temperatu;oe and 
humidity can cause w'ater condensation on spacecraft surfaces prior to la~mch. Pooling 
of the condensate water would tend to concentrate ,water-soluble nutrients in localized 
. 
spots on the spacecraft. If the spacec,raft is exposed before launching to the open 
atmosphere, rainfall and dew would tend to accelcrat~ this process. 
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It is important to note that seldom is 4 singlo factor responsible lor 
failure of thi~ tYI~ 0 of material. Invariably. the combined effect. of many adverse 
factors mUbt be taken into account. 
Mict·obial contamj,nation of planets and other cOfimic bodies is of concern to 
the U. S. space exploration program because these contaminants may be pathogenic to 
or may have adverse effects on extraterrestrial life forms t as well as providing a 
potential hazard to man in the form of mutants of the contaminants. Additionally, 
contamhumts cou1e1 well result in falsc-l)ositive indications of the presence of extra-
terrestrial life in early stagos of planetary exploration. These considerations are 
true ~lcther a contruninant is borne externally or internally, since the possibility 
of a space vehicle "Treck by impactj.oll on planetary surfaces is not unexpected and ~ 
in fact, sornett.mes planned. The microorganisms on externally-applied paints probllb ly 
constitute a small proporti~n of the total microbial load of apacecraft. 
A considerable technology has developed from attempts to m:Lnimizo or elimi-
nate DlicroorganisntS from planetary nnd deep space probes, especially those that may 
impact. Dry heat, autoclaving, exposure to ethylene oxide, arid to mixtures of gases 
such as methyl bromide/ethylene oxide, or combinations of these treatments for com-
ponent parts, have been used in "sterilizing" sptice vehicles. Assembly of spacecraft 
in ultra-clean, nearl.y sterile rooms is another technique used to minimize microbial 
and other types of contamination. 
Microbial contaminants within a space vehicle can result in deterioration 
of most organic mnterials and can become an undesirable par~iculate load with respect 
to electronic antl mechanical equipment and similarly to mlln in lator manned space 
probes. The research reported here on tho microbiology of external spacecraft I)aint 
coatings could be extended and applied to all materials used in spacecraft • 
.. 
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A further tcchnique for minimi~ing microbial populations aboard spacecrllft 
is the usc of materials that would not sUPJ,ort the growth of microorganisms nnd that 
11'i8ht even be inhib1.tory to them. This is one of the long-range aims of this program. 
Although ambient temperature, humidity, and gas composition of the o.tmos-
phere witll!n a space vehicle nrc controlled within catablished required lLmits~ these 
variables may fluctuate widely in niches throughout the vehicle, and to some extent 
on external painted surfaces. 'rhis may be due to the i118cce881bi lity or remoteness 
of some areas to environmental control mechanisms nml to brief moments of aerodynamic 
heating. Fluctuations in temperature and humidity cnn l .. esult in conclcansation and 
pooling 01' accumul.tltion of water. 'l·hus, a microclimnte fJuitable for the gro\.,th of 
microorganisms can become established \-lith n resultant microbial load of undesirable 
proportions. This sequence eould be controlled to some extent by engineering design, ~ 
i.e., min:i.mizing the niches and microcmvironmcntal fluctuations. 1I0wever, minimizing 
nutrient:s in paint formulations or usc of paints with microbiocidalpropert:ies is a 
more convenient nnd more promising approllch. A wide range of effective l.lgcnta is l] !l 
'" j 
aVllilll~lc for imparting microbiocidal properties. 'three of t.1le many criteria that 
would be used in selecting these microbiocides are very low volatility or low-vapor 
pressure, lack of corrosiveness, and very low buman toxicity. Microbioc1de incorpora" 
tioll into selected polymers is a logiclll follow-on program to the research reported 
here. 
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OBJECTIVES 
The primary ubjectives of this l)rogram were to: 
(1) Survey comprehcnsivclythe literature on paint coatings now used ex· 
ternally on spacecraft surfaces and those experimental coatings that 
arc leading candidates for this application; summarize the available 
physical and chemical data on these coatings; and summarize the avail-
able information on these coati.ngs for their ability to support. growth 
or to i~libit the growth of microorganisms. 
(2) Evaluate selected spacecraft paint coatings in laboratory studies for 
their growth-supporting or biocidal properties using selected, repre-
sentative strains of bacteria and fungi. 
In agreement with NASA, objectives concerned with chemical identification of 
coating extractables and reconuncHldations for formulation changes were omitted from 
this program. This was primarily because coating formulations are proprietary and are 
closely held by the individual suppliets. 
PROGRAM DESCRIPTION 
• 
The two phases of the program were emphasized as required in consultation 
with and with the approval of the NASA technical monitor. Minimal information was 
avai'a~le from the scien~ific literature on the nutrients or biocides in spacecraft 
coating materials. As a result t less effort '''£18 required in Phase I (literature 
survey) and we proceeded almost immediately to Phqse II (laboratory evaluation). 
Subsequent phases will depend upon further NASA funding. 
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Paint coatings utilized an external surfaces of sp~cccraft arc enumerated 
in a wide variety of aources including suppU,er' s data sheets. Substitution or trade· 
offs for various reasons, including f1amnabi1ity and radiation resistance, are con-
tinually made to meet revised specifications or to improve lI11aterial performance in 
the spae.e cnvit'onment. Data conccloning the paint coatings current 1)' used in space 
vehicles were summarized in a standardized format, as ShOt-7l1i in Figure 1. Precise 
identification of each material is important since, for exa'Jlllple, the slightest modi-
fication of a coating formulation or metal alloy might resullt in a drastically changed 
rate of nutrient, metal salt, or microbiocide release. 
Computer searches based on formal work descriptors (standard vocabulary) 
as wel.l as an informal description of the subJect matter were requested from Defense 
Documentation Center, Alexandria, Virginia, and from the Hachine Search Branch, NASA, 
Scientific and Technical Facility, College Park, Maryland. Descriptions and composi-
tions of spacecraft materials and tec~niques for their stud" in the proceedings of 
the Society of Aerospace Material and Process Engineers (SAMPE) were studied for 
applicability to this program. Informatl.on was also sought informally from the 
Defense Metals Information Center, Defense Ceramics Informattion Center, and the 
Radiation Effects Iuformation Center 10catecl at Batte11e-Co):n.umbus. Additionally, 
scientists and engineers at Battelle-Columbus engaged in aerospace research were 
queried for pertinent information and advice. 
Sources of microbiological infolimation on this sUbject on hand included 
bibliographies from P1astek at Picatinny Arsenal; the now dtefunct Pre,-entiori of 
Deterioration Center; the American Chemical Society, Uivision of Rubber; the U. S. 
Naval Gun l"actory; and the National Bureau of Standards. TIle other more usual 
abstracting sources were also consulted. 
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Coatings: 
Trade name: 
Source: 
Chem:i.cal nature of formula: 
Substrate: 
T1}ickncss t mils: 
Solar absorptance at 5300 R (a ): 
s 
Hemispherical emittance at 530 0 R (~): 
Absorptance - emittance ratio (aS/~l): 
Thermal stability: 
Abrasion resistance: 
Reflectance (color.) stability: 
Electrical properties: 
Radiation resistance: 
Flexibility (bend) tost: 
Adhesion: 
Reliability and reproducibility: 
Effect on microorganisms: 
Comments: 
References: 
Figure 1. Format for Summary of Information Available on Paint Coatings 
Applied Externally on Spacecraft - Physical, Chemical and 
Microbiological Properties 
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The DDC 1/.98 data bank and the Science Information Exchange, Smithsonian 
Institution were queried to identify manufacturers currently active in developing and 
formulating paint coatings used externally on spacecraft. 
'I'hese searches resulted in identification of 166 coatings that have been 
used or evaluated for use on spacecraft. The most commonly used coatings were found 
to be silicones and silicates. 'I'ho summarized data. resulted in an unscheduled NASA 
* publication II 
Only four coatings of this large group had applicable microbiological 
information, and th:f.s was scant. Three coatings contained fungicides and one other 
was reportedly "non-nutrient" when in contact with four species of fungi. No supporting 
microbial exposure data of any type was found. 
From the listing of 166 coatings, seventeen were selected for laboratory 
evaluations with 1l1icroorgan~sms. Included in this group were varnishes (4), poly-
urethanes (3), silicones (2), silicates (2), epoxies (2), acrylics (2), a phenolic-
butyrate, and a polyimide. Three of the four varnishes contained fungicides in un-
specified amounts. No other coatings were known to contain microbiocides. The coatings 
are described in more detail in the following section of this report. 
l.HASJt II. MICROBIOLOGICAl, EVALUATION . 
The microbiological evaluations were made by four techniques which take 
into account Government specification requirements with respect to the resistance of 
materials to microorganisms; as well as the extractable nutrient or biocida.l consti-
tuents that may be leached out and concentrated during the random cycl.es of condensa-
tion, accumulation, and drying on materials surfaces. 
---------------------* l-tayer, R. A., Zaring, M. L., and Kemp, II. T., "Investigation of Spacecraft Coatings", 
NASA CR-6l267 (February, 1969). 
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The paint coatings were obtained directly from the manufacturers or 
suppliers and applied in the laboratory to 3/8-inch diameter, Iridite-treated 606l q T6 
aluminum rods (5 in. long). The rods were radius-rounded to avoid the so-callect 
"edge effect" that occurs on specimens with square edges, i.e., coatings tend to be 
somewhat thinner at the sharper edges of some types of specimens. Assigned code 
numbers, identification, and a sUllunary of the data taken during and after prepara-
tion of the coated rod specimens are presented in Tuble 1. As noted in the table, 
Ic' 
two coatings were applied by the supplier (N-3 and N-17) and two coatings (N-16 and 
N-17) were ut)plied to non-treated 6060-T6 aluminum rods. All rods were cleaned with 
methyl ethyl l<etone prior to application of the coatings. A fill-and-drain method 
of application was ordinarily employed although some coatings were sprayed as noted 
in the table. Although cdating procedures ,.,ere far from being aseptic, an attempt 
was made to minimize handling and all handling was (lone with clean white gloves. 
After curing, the coated rods were inserted into neoprene stoppers, fitted with 
"breather tubes" and stored in glass bottles as shown in Figure 2. Stoppers and 
bottles were sterilized before the specimens were mount(!d. Four specimens were in-
serted into each stopper. Storage in this manner limited airborne microbial and dust 
contamination and probably a1Io,.,ed further curing until utilized in the various 
mj.crobiological experiments. Additional specinlens were also included 1.n most of the 
exper"iments. These are listed in 'fable 2. 
The rod specimens ,.,ere cleaned and stored as shown in Table 2 for the 
coated rods. The honeycomb sp~cimens we~e mounted singly on the neoprene stoppers 
by means of 2-inch chrome' .. p lated metal SCrel.,s. 
TABLE 1. (CON'T) 
. Vis cos ity ~ _cps 
Code 
No. 
Vis come ter . After d 
Coating Spindle As Coating b Thickness (c) Hardness( ) Tvpe~ ____ ~ . Number(~) __ Receiv'E.';d __ Op~ratio~Cure"'< ) t:tils Pencil Ratin2 
N-IO 
Varnish 
C':elamine-alkyd 3 
codified) 
N-11 Varnish 3 
(~1elamine-alkyd 
modified) 
N-12 Po1yimide 
N-13 Silicone 
N-14 Polyurethane 
N-15 Polyurethane 
N-16 A1Si04-
K2Si02 
N-17 Silicone(S) 
3 
2 
3 
3 
2 
--
80 
110 
lOO(e) 
225 
200 
660(e) 
130 
--
84 
124 
200 
325 
740 
135 
--
1st coat 2 
hrs at 200F, 
2nd coat 5 !irs 
at 200F 
1.5(2) 
(same as above) 1.5(2) 
1st coat 15 
min. at 3::CI-"', 
2nd coat: 15 
hrs at 350F 
RT overnight 
and 90 min. 
at 450F 
0.5(2) 
2.0(2) 
RT 3.S(2)(f) 
RT 6.5(2) (f) 
200F for 1 7.0(3) 
hr after each 
coating 
RT 10.0 
B 6 
3H 11 
3H 11 
3H 11 
SH 13 
lIB 7 
B 6 
Softer < 1 
than 6a 
(a) Brookfield Model LV! (low viscosity tester) with spindle speed at 60 rpm in all cases. 
(b) RT - room temper.ature 
(c) Numbers in parenthesis refers to number of coatings applied. 
(d) Pencil hardness was rated by pencil and nUIaber~ No. 1(65), soft, to No. l7(9H) hard. 
R~ting 1 2 3 4 5 6 7 8 9 10 11 12 13 14 15 16 17 
Pencil 6B 5B 4B 3B 2B-B HB F H 2H 3H 4H 5H SH 7H 8H 9H 
(e) Viscosity adjus%ed by recommended solvent. 
(f) And primer 
(g) Applied to nontrctltcd aluminum rods. All othcrs applied to Iridite-trcated aluminum rods. 
Comments 
- -
Fungicide added 
-
-
-
Conductive coating 
Applied as spray 
Applied as spray 
by supplier 
.... 
fI,.: 
0t	 ,
13
f
{
Figure 2. Specimens and Container Jar for
Storage and High Humidity Study
1% 0
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TABLE 2. METAL SUBS1'RATES AND HONEYCOMBS EVAWATED 
Code Nwnbcr Typo of Specimen 
--_ ..----------------------,----------------------. __ .--._--------------~~--------
N-18 
N-19 
N-20 
N-21 
N-22 
N-23 
N-24 
Stainless steel, Type 304(a) 
6061-T6 lllumd.num, Iridite .. treatcd (n) 
606l-T6 nluminum(a) 
2024-'1.'3 alundnum sheet, 50.52-001 
aluminunl oore (b) 
Prepregnated fiberglass sh~et, 
5052-001 arLuminum core{b) 
Preprcgnated fibe:glass sheet'(b) 
heat-resis~nnt phenolic core 
-T3 alumd1.num sheet, heat-
resistant ~henolic core(b) 
- : ..:.::r=::=:a == ::I ill i. 
(a) Radius-rounded 3/8-inch diamct~r, 5 inches lmag 
(b) Honeycombs, 1 in. x 1 in. x 4 in. specilnens with sheet 
on 2 sides and honeycomb core in betl-1eCn 
, . 
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l'he microhiologicc.l procedures employed in these evaluations were os follows: 
(1) Extract Stud1e9 
a. Water extracts were prepared from all specimens by immersion in sterile 
dLJtillcd wntcr (1 x 106 ohms resistance) and rotary agitation (120 rpm) at 
60 C for 96 hours. The area extracted for the coated rods and metal sub-
ntt'ntas ,~nr. npPl.-oxf.mntcly 100 sq em per 200 mt of: water. The extrnction 
area of the honeycomb materials \-lllG unknown. A 2.X concentration of the ex-
tracts "las prepared by inunersing extract containers in a mixture of dry f.::e 
and acetone until approximately one-half of the extract was frozen. The 
unfro~en remainder wns decantcd nnd cva1uated as a 2X concentrate. Sterile 
Nael solution was ndded to those extracts to approximate physiological 
saline (0.85 percent NaCl). All subsequent dilutions (1:10, 1:100) were 
made with physiological saline. Determination of the pJl of the undiluted 
(X) extract was made by means of a standard pH metp.r equipped with Q micro-
electrode. 
b. Microbiological evaluations were made individually in test tubes with thrice-
washed cells of PseudomQ.!!,M ~erugi.t1osa it Aspergillus ninct.:, Cladosporium 
resina~ forma avellnl.!£!!!!!, and pucilluf!. sU,htilis var globig:l,~ (vegetative 
cells). 111e cells were washed with sterile physiological saline three times 
by centrifugation, decanting, and x-elsuspending cells in physiological saline. 
Ten n,l aliquots of the cxtx-acts were inoculated with sufficient numbers of 
cells contained in 0.1 rol to result in a final cell concentr,ation of 1000-
2000 cells/rol in the 10 ml of extract.. Aseptic techniques were used 
throughout this procedure. Estimates of cell populations in the inocula were 
made for the bnc'teric1 by plnte counts .)I smnll aliquots while 'holding the: 
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main volume of inoculum under refrj,geration. Fungal cell estimates were 
made by means of hemocytometer counts. After inoculation, the extracts 
were incubatc\l at 30 C for varying perioc1s of time and fungal growth rates 
were determined visually, if possible, or by plate counts if growth could 
not be seen. Bacterial growth could not be seen and rated visually. Plate 
counts were therefore conducted on extracts inoculated with.!!!. aeruginosa 
after 4 days of incubation and ! .. ,!ubtiH.s var glo1~i.&ii after 10 days of 
incubD.tion. Visual ratingR of growth of I! . .Dt!~ and Q. ,tesinae forma 
,a.Y,cl1.:.1111cllm were nlade during 4 consecutive weeks of incubation. At the con-
elusion of tho 4th weet( of il"t.:ublltion, all extracts with no apparent fungal 
growth were plated out to determine whether viable cells of the fungal 
species had survived. 
(2) Petri Plnte Studios 
Pett'i plate exposures of coated rods were conducted according to Method 6091 
* of l~ederal 'I'est Hethod Standard No 406 with the following 1OOcUfications: 
a. Large plastic petri plates (150 nml dia.) were used to acconmlodate the 5-inch 
long rod specimens. 
b. Visual observations were made weekly for 1 month rather than 21 days. 
c. A nutrient medium (potato dextrose agar) was used in additiCln to the 
specified mineral salts medium. 
Briefly, the procedure consisted of spray-inoculating a mixed fungal inocu-
lum of l!. niger, 8. iJavus. Penicil1iUln funiculosum, and Trichoderm! sp. on the rod 
; 
specimens \'1h1ch had been placed on gelled agar surfaces in petri plates. The ntixed 
inoculunl was washed tlu:ec times prior to inoculation with distilled water to minimizQ 
* Allon. 1961. Plastics: Methods of Testing.Federal Test Method Standard No. 406. 
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nutrient carryover from stock cult.ures. A sterile minoral salts solution WIJS uled to 
resuspend the inoculum. 6 Estimates of spore nlJmb~rs (approximately 1 ,: 10 cells/ml) 
Were made by meallO of a hemocytometer. Incubation temperature was 30 C for the 
4-week incubation poriod. 
(3) High Humidity Evaluation 
The technique followed is olJt1ined in MIL-E-5272(ASG) but with the follO\~ing 
modificat1.ons: 
a. The mixed inoculum was prepared and washed in a manner identical to that 
described Dbove for the petri plate studies. 
b. The fungal spore suspension was passed through Ii double thickness of 
sterile cotton gauze to remove mycelial fragments. 
4 
c. A calibrated spore suspension containing approximately 1 x 10 fungal cells 
was used to spray-inoculate (No. 82 Devilblr. atomizer) the 8 specimens of 
each coating type included in the experiment. 
Briefly, the technique involved spraying a mixed inoculuo of 6.. terr!aus, 
Memnoniel1q ,och ina tD, Myrothecium verrucnria. and j!. s::f.trinum on two sets (8) of 
rod specimens. The inculated specimens were then placed in jars as aho\o.'n in Figure 2 
and itlcubated at 30±2 C and 95±6 percent RII for 28 days at which time the specimens 
were examined for fungal growth. 
(4) Soil Burial Exposure 
This evaluation was conducted as described in Method 5762 of Federal Specif-
ication CCC-T-191b (1951) with no Significant modif.ications and two c\'alu3tion pro-
cedures to determine coating changes, namely, pencil hardness and electrical resis-
tance measurements. Pencil hardness was determined with a seriel of drawing pencils of 
" 
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graded hardness (sec Table 1) by scratcl1ing a coating surface until the hardest pencil 
not: penetrllting the coating was found. this proc(~durc was satisfactory for most 
coatings, but N .. 17 (a silicone) was too soft to be measured in this manner. The 
electrical resistance met'l.suremcnt was taken by means of a Model 602 Electrometer with 
two alligator c1ip·wire leads, one to the bare end of the coated a1uminu::1 rod under 
teot and the other to the side of the stainless steei containcr in which the soil bed 
was contninecl. Pencil hnrdness and electrical. resistance measurements \~'ere taken 
initially and after 1, 2, 3, 4, and 6 months of exposure. Notes on visible changes 
of the coatings were also taken during the exposure period. 
Scanning electron microscopy (SEM) was employed to examine those coatings 
which had softened after soil burial exposure or whi.ch h&d significant loss of clec-
trica1 resi.stance after 4 to 6 months of exposure. One set of each type of coated rods 
was also subjected to cleaning or "cavitation erosion" by exposure to fresh tap water 
at 22 kll fOl' 15 seconds at 39 C in a Blackstone Model 1.9 ul.t.rasound cleaner. Appro-
printe nonexposurwand ultrasound-cleaned control specimens vere also examined for 
comparison. 
The microorganisms used in these studies were as fo110\018: 
Organism 
Aspergillus f1avus 
Aspergillus niger 
As~crsillus tcrreus 
Bacillus 1U1bti lis var ni.gc f :., 
Cladosporium rcs.!-~ formn 
nvc llaneu,m 
Clostridum sporogcncs 
Code No. (a') 
QM 380 
QM 386 
ATCC 10690 (Q~I-82-J) 
BMl-2 
BMI-29 
A'l'CC 11437 
.. ' 
" 
Orgnnism 
Memnoniclln ~ddnlltr) 
Myrothccium verrucorin 
Penicillium £itrinum 
Pen i.e i.1.1 i lJtll fun iculos 11m 
---......... ---.....,;;;,.;;...;;.;;.,;.;.;. ... ~
PseudomoD.!!!'1 ac ruginqs.l!. 
!richoderll!.'1 sp 
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Code No(a) 
A'l'CC 9597 
ATCC 9095 
ATCC 9840 
QM 391 
BMI .. 37 
QM 365 
(a) Sources were QM = U. S. Army Quartermaster, Natick, Massachusetts; 
ATeC ~ American Type Culture Collection, Rockville, Maryland; 
BMI = Battelle Memorial Institute Culture Collection 
Stock cultures of the fungi were grown on test tube slants of potato 
dextrose agar (D1fco). Except (or £1. ,sporoge>nc!s ,.,hich ,\Ins cultured in thioglycolate 
broth (Oifco), the bacteria ,was cultured on test tube slants of tryptone glucose 
extract agar (Difco) supplemented with 0.5 percent "yeast extract. All were maintained 
~ at 30 C. 
Several microbiological st'Jdies were conducted to determirtet.,hether 
microbial contaminants occurred in umpolymcrized "from-tho-container" material03 and 
in water extracts of the cured coatings. Standard procedures involving appropriate 
agar media, glass "hockey sticlt" spreaders, incubation temperature (30 C) and times 
(up to 28 days) were employed. 
The standard plating procedures were also used in re(:overing spol."es 
of .n. subtilis var nigc!: and g. ~.2:Q!..'?.8£nes from coating and substrate surfaces 
which had been 8pra~ inoculated with thrice-washed spores of these bacteria and 
incubated nnaerob.ically in a bydrogen atmosphere at 30 C. Ii methylene blue 
indicator was used in the chamber to assure the anaerobic COlldition. The inocula 
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contained approximately I X 10 spores/mi. Each rod specimen was sprayed with 
approximately 0.05 ml of spore inoculum. Recovery of spores was accomplished 
after incubation (up to 48 days) with sterile cotton swabs which were placed in 
sterile physiological saline, agitated by means of Q Vortex mixer, and spreading 
0.1 ml aliquots of 1:10, 1:100, and 1:1000 dilutions on the surface of the 
tryptone agar medium described above. Incubation temperature was 30 C for both 
organisms. 
Results 
"From-the-container" studies were initiated to determine whether 
unpolymerized coatings or coating components contained viable microorganisms. The 
results of this study are presented in Table 3. In no case were microoganisms 
conSistently found in any of the coatings or coating components "evaluated. If 
microorganisms are contaminants in any of these coat~ngs prior to curing, then the 
number must be quite low, and a much greater sampling of each polymer must be under-
taken to determine approximate numbers and types. No more than two storage con-
tainers were available for this sampling. This is not adequate for reliable 
sampling. The coatings N-3 and N-l7 were applied to rod specimens by suppliers 
and unpolymerizcd material was not available for study. 
Follot",ing extraction, water extracts ,,,,ere refrigerated (5 C) until used 
in laboratory evaluations. A number of the coating extracts (N-S, N-9, N-IO, N-ll, 
N-12, N-14, N-15, N-16, and N-17) contained obvious contamin(3ting microbial growth 
despite attempts to maintain aseptic handling procedures prior to this. Three 
honeycomb extracts (N-21, N-23, and N-24) also contained contaminant gro\~th. None 
of the metal substrate extracts contained growth. Although fungi predominated 
(a) 
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TAnLJ~ 3. ESTIHATES OF NUHBERS OF MICROORGANISMS IN UN-
POL nmRIZED COATINGS FROM STORAGE CONTAINERS 
! , :: ! 
-=:= • -~i i:!i~~~~;~~~~~i~ Obser:;<br :es:=::-~ Batte11e(a) 
Code No. Undi).utcd 1:100 1:1000 
N··1 .. (O/t..) :I: (2/4) :I: (3/4) 
N-2 .. (0/4) :t: (1/4) :t: (2/4) 
N-4A :I: (1/1.) - (0/4) :I: (1/1.) 
N-t.·B :I: (2/1.) :I: (1/4) :t: (2/4) 
N-5 :I: (1/1.) :I: (2/4) :I: (2/4) (c) 
N-6 :I: (2/4) (c) :I: (3/4) :I: (1/2) 
N-7A :I: (2/4) (c) :I: (1/4) :I: (3/4)(c) 
N"7B :l: (1/4) (c) :l: (2/4) :I: (2/4) (c) 
N-8A 
- (0/4) :I: (2/4) :I: (1/4) 
N-SB .. (0/4) :l: (2/4) :I: (1/4) 
N-9 :t: (1/4) .. (0/4) .. (0.4) 
N-lO .. (0/4) :I: (1/4) .. (0.4) 
N-l1 
- (0/4) :t: (1/4) - (0/4) 
N-12 :I: (2/4) :I: (1/4) .. (0/4) 
N-13 .. (0/4) ± (1/1.) (c) :I: (2/4) 
N .. 14A :I: (1/4) :I: (1/4) :I: (2/4) 
N-14B .. (0/4) .. (0/4) :J: (1/4) 
N-15A . :I: (1/4) :I: (1/4) :I: (3/4) (c) 
N-1SH :I: (1/4) .. (0/4) .. (0/4) 
N-16 :I: (2/4) - (0/4) :J: (2/4) 
, ==; 
- - tiS =' 1 ------;;:::: 
Coatings N-3 and N-17 ,.,ere not evaluated. These coatings wer~ applied by the 
respective suppliers and nonpolymerized material was. not available. 
(b) Ratings for growth 'l7e't~: - = no organisms 
:I: = fe,,, organisms 
+ = consistent presence of organisms (none occurred). 
The numbers in parenthesis indicnte the number of petri plates with organisms/ 
number of plates evalu:lted, for eXample, 0/4 indicates that no organisms were 
observed on four plates. 
(c) Organisms too numerous to count occurred on one of fota plates. 
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among the contaminants, bacteria were also evident in some caSes. Microbial growth 
under these conditions (5 C and minimal avai1a~le nutrients) is somewhat unusual 
and is a good indication that the coatings and honeycomb materials could be improved 
1n regard to limiting microbial nutrient release from them. 
Results of the water extract evaluations are presented in Tnb1e 4. Of the 
four microorganisms evaluated, A. niner. gr.ew most pr~fusely and utilized a wider 
range of extracts than any other. .n. suhtille (vegetative cells) was the most 
sensitive, i.e., grew or survived in the fewest number of extracts. 
Coating extracts that particularly stimulated growth of one or more of 
the microorganisms were: 
N-'. (polyurethane) N-l2 (po lyiDicie) 
N-5 (acrylic) N-l3 (silicone) 
N-6 (acrylic) N-l4 (po lyurethane) 
N-7 (epoxy) N-15 (polyurethane) 
N-8 (epoxy) N-16 (A1Si04M K2Si02) 
N-9 (phenolic-butyrate) N-17 (silicone) 
N-lO (varnish) 
None of the remaining coating extracts inhibited tIle grol-1th of 'all four 
specie~, i.e., at lcast two species grew or survived in these extracts. 
Water extracts of the uletal substrates, N-18 (stainless steel) and N-20 
(aluminum), apparently stimulated growth of most 9f the test species, while only 
slight grolo1th or survival was noted in the extract of N .. 19 (Iriditc-treated alumin,!m). 
The latter aluminum substrate appears to be superior in this regard to ehe other metals. 
e:: 
Specimen 
Code No. 
N-l 
N-2 
N-3 
N-4 
N-5 
N-6 
N-7 
N-8 
N-9 
N-lO 
N-ll 
N-l2 
N-13 
N-l4 
N-l5 
N-l6 
N-17 
N-lS 
N-l9 
-
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TABLE 4. SUMMARY OF GROWTH OF INDIVIDUAL BACTERIA AND FUNGI IN WATER 
EXTRACTS FROM COA'l'ING, SUBSTRA'l'E, AND nONEYCOHB SPECINENS 
t = f f ,& i: :== :m=te c --, OWl i IJ 
• 
PSCUdOTll0tlnS Aspergillus Cladosporium Bacillus 
ncruglnO.R(1 niger rcsinue subtilis 
2X. X 1:10 1:100 2~ X 1:10 1:100 X 1:10 1:100 X 1:10 1:100 
4.7 '.. - .. 
5.6 
8.9 
7.4 
6.5 
6.4 
7.1 
7.1 
7.0 
6.2 
5.0 
6.3 
7.3 
6.5 
5.9 
5.2 
7.8 
7.2 
6.4 
- .. 
-
.. .. + 
.. ± 
-
- .. 
-
- ± ± 
+ ++ + 
-
.. 
.. .. .. 
.. -
.. 
.. .. .. 
.. + .. 
++ .. .. 
.. -
.. 
.. -
.. 
++ ...... ++ 
++± .. 
- ± -
.. 
- - + 
- -* -* ± 
+ 
-* -* ± 
± ++ ++ + 
± ± ++ ++ 
-
+I- ++ + 
± ++ + + 
.. +I- # + 
.. 
-++ ++ + 
.. .. .. .. 
-
+I- ++ + 
-
++ +t- ± 
± ++ i+ + 
.. ++ ++ "+ 
-
+ ± ± 
+t- . -* ++ -* 
..... +I- +I- + 
± 
-* .. * -* 
+ 
- - - -
+ 
-* -* -
.. .. 
-
± .. -
-* - - -
-* - -* -* .. .- -
:!: 
- - -* + -
.. 
+ .. -
-* + +I- -
+ + -* -* .. .. .. 
± ± -* -* - .. 
.. 
.. 
-* -* -
.. .. 
'± 
- -* -* - .. 
.. 
+ 
- - -* - - -
± + -* .* .. - .. 
-* + -* -* - .. 
.. 
± 
- - -
++ .. .. 
± ++ .. 
-* 
.. .. .. 
+ -* -* + .. -
-* + + .. ..... .. 
-* ± -* -* 
-14 .. 
-' 
-* ± -*. -,~ - .'t- _ 
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TABLE 4. (CON'T) 
Gro'~th RlIting lit Ind f.eel ted tH.lution (b) 
PseudomonrJs Aspergil.lus _Clndos pori.l.!::1 Bacill11~ 
n .......... 
Specimen 
pll(a) llerJ,!ginosn niger resinae subtiU.El . Code No. 2X X 1:10 ]:100 2X X 1:10 1:100 X 1:10 1:100 X 1:10 1:100 
. 
N .. 20 6.8 + ± ± -++ + -.+ + 
-* + ..* - -1+ - -
N-21 7.2 4+ 
- - - -* 
-H. 
-* -* Not evaluated ++ 4+ * 
N-22 7.1 
-
.. ± .. + of. + 
-* Not evaluated Not evaluated 
N-23 7.2 ± 
- -
.. 
-.+ + + 
-* -* - -* + + + 
N-2/. 7.1 
- - -
± ++ + + 
-* 
.. 
-* -* -H-- -
Control (c) 7.1 + 
-* -* -
C J , --:.....-,::;;:= : = • t: : = 
.. . 
(a) Specimens ""'ere extracted in dis tilled ,,,,ater (pH - 7 .12) by rotary shaking (120 rpm) 
at 60 C for 96 hours. The 2X dilutions were prepared by freeze-concentration. 
Determination of pH was made with standnrd I'll meter with microelectrode. Sodium 
chloride was added to approx~nate physiological saline. 
(b) Growth ratings were: 
- r:c None 
± a Slight grOl'lth (less than control) 
+ = Growth about same as control 
++ = Growth greater than control 
~ = Fungal growth observed after incubation 
Ratings of b6cterial growth were based on plate counts after incubation. 
Fungal growth in test tubes ''las rated visually. Asterislts(*) indicate 
recovery of vis·ble fungal cells after the incubation period. Each tube was 
inoculated with enough washed cells to result in a final concentration of 
approximately 1000 cells/mI. 
(c) Controls consisted of sterile saline prepared with distilled water. 
2S 
Water extracts of the honeycomb specimens N-2l. N-23. and N-2/ .. stimulated 
growth of at least one or the test species, ~lilc the N-23 extract allowed minimal 
growth of the :·wo r.pecies evaluated. 
Watar extractable matcrials were cpparc:mt ly obtained from all spacimens. 
The extract pH determinations indicate that an undetermined amount of extraction 
occurred under the conditions employed, i.e., extrllctnbles from most specimens 
s1.gnif:icantly altered the pll of the diBtilled \-mCer (pll 7.12) extraction medium. 
When pll was unchanged by extractables, the growth of one or more test organisms was 
stimulated, indicating the presence of extractable nutrients or sttmulatory sub-
stances. 
The results of the petri plate studies arc pr.esented in Table 5. The 
specification procedure followed calls for the usc of mineral salts agar. In such 
an evaluation, inclusion qf a nutrient anar medillm iB useful for comparing the 
degree of fungal growth in the presence of an additional nutrient source. In this 
experiment, coatings N-7 (epoxy), N-IO (varnish), N-14 (polyurethane). and N-15 
(polyurethane) supported moderate to'heavy fungal growth on both media; while 
coatings N-4 (polyurethane), N-S (acrylic), N-6 (silicate) • and N-17 (silicone) 
supported moderate to heavy growth on1.y on potato dextrose agar. Several cratings 
had no growth or very slight growth when placed on mineral salts agar and for this 
reason performed best in this evaluation. These ''lere coatings N-l (varnish), N-2 
(varnish), and N-3 (silicate). No zones of inhibition were noted around any of the 
specimens on either medium. 
Of the metal substrates, only Iridite~treated aluminum inhibited or limited 
the growth of the microorganisms. The honeycomb specimens N-2l and N-24 had no 
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TABLE 5. GROWTll OF MIXED .·UNGAl~ INOCULUM ON SI)ECIMJ~N SURl"ACES IN 
PE1'RIl')..Al'g EXPOSURE AT 30 C AND 95 ± 5% RII 
, \ =-,.: ...... , 1NI I 
Grm.,th Rnting(ll) 
Specimen Minural Salts Potato Dextrose 
Coda No. Agnr (b) Aunr(C) 
N-l :I: + 
N-2 ± + 
N-3 
-
+ 
N-4 + 
* 
N-5 
-
-1+ 
N-6 + +t+ 
N-7 +f- +t+ 
N-8 + + 
N-9 + 
* 
N-10 +1+ +t+ 
N-l1 + + 
N-12 .. -1+ 
N-13 .. 
* 
N-14 ++ + 
N-15 ++ +I-
N-16 + ++ 
N-17 + 
* 
N-18 + 
* 
N-19 .. + 
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TABI.l~ 5. (CON' 'f) 
. growth Ratins(a) 
Specimen Mineral Salts Potato D(~xtrosc 
.... P -.o(-.;lc-., _N .... o.... _____ .... Ag"""'a .... r __ .. (b) Ago r • (c) 
N-20 
N-2l 
N-22 
N-23 
N-24 
Control(d) 
p:;; ;::;==: L:£ --.-: i: : =t::J r i Sa 
(0) Growth ratings are: 
• • None 
+ 
• 
• 
• 
-
+I-
, :=: 
± • Questionable or very slight 
+ • Slight 
++ • mCJderate 
+H- :: heavy 
++ 
:t:(C) 
+(e) 
+(e) 
++(e) 
.Ff!i: 
,,- t 1"";; 
(b) Non-nutrient agar medium (c) Nutrient agar medium 
(d) Plates with indicated media and sterile squares of 
filter paper sprayed to EJscertain viability of inoculum 
(e) Heavy bacterial contamination probably from handling. 
Pit corrosion also noted, especially on the 5052-001 
aluminum core material. 
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growth on nlin(!ral salts agar but slight to moderate growth on potato dextrose agllr. 
Jloncycomb N-2l. 8ul'portcc1 the most growth. Phocographs of typical fungal growth on 
selected coatings nre shown in Figures 3 through S. 
In this study, a leached (running water bath at 30 C for 18 hours with 
water flow at 10 l/hr) series of specimens was ) ncludcd. The results w~~te pascn-
tially the same 40 thoBe reported in Table S. 
The reBults of the hi8h humidity stu(ly nrc sholom in Table 6. ~Iodernte 
fungal growth occurred 011 only two sl)ecilncns, namely N-4 (polyurethane) and N-10 
(varnish). Slight or questionable growth occurred on N-3, N-6, N-l1, N-12, N-l3, 
N-14, N-l6. and N-17. 
However, N-4 (polyur.ethane), N-8 (epoxy), N-l5 (polyurethane), and N-l6 
(silicate) softened at least two pencil ratings during the exposure period. The 
softening appeared to be associated ''lith microbial growth for N-4 and N-l6; while 
N-8 and N-l5 apparently softened because of the high humidity, :t.e., no microbial 
growth was evident on these specimens as determined by microscopic examination. 
Result.s of soil burial exposure of the coated specimens are summarized in 
Table 7. 
During 6 months of exposure the following coatings softened .four or more 
pencil hardness ratings: N-3 (silica.te) J N-4 (polyurethaue), N-8 (epo~")') J N-lS 
(po~yurethane), and N-16 (silicate) 
Coatings that lost at least two pencil hardness ratings ,·:ere: N-l 
(varnish), N-ll (varnish), N-13 (silicone) J and N-l4 (polyurethane). 
All other coatings did not soften or so.£tencd only one pencil hardn.ess 
rating which was considered insignificant. This method was not app1icab.1e to ~i-l7 
(silicone) because it was too soft to measure. . . 
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• - _. ..... ..J 
Figure 4. Typical Fungal Growth on Coating N-l4 (Polyurethane) 
in Petri Plate Study on Mineral Salts Medium 
I • 
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I • 
.. .. - ~ .- • I .. ~ 
Figure 5. Typical Fungal Growth on Coating N-6 (Acrylic) 
in Petri Plate Study on Potato Dextrose Agar 
, 
t = 'c 
Specimen 
Code No. 
N-l 
N-2 
N-3 
N-4 
N-5 
N-6 
N-7 
N-8 
N-9 
N-lO 
N-ll 
N-12 
N-13 
N-l4 
N-15 
N .. 16 
, 
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'lIABLE 6. NOTES ON GROHTIl OnSERV~"D MICROSCOPICALLY ON SPECIHENS 
INOCtnJ\TED HITII MIXED J;'UNGAL INOCUJ.lIN AFTER 30 DAYS 
OF INCUBA'l'10N Nf 30 C AND 95 ± 5% Rll 
r:: 1 : g e;: t: 
Obsorva t" ion 
No growth, spores not germinated 
No growth, spores not germinated 
Spores germinated, scant mycelial development 
Spores germinated, slight-moderate mycelial 
development 
No growth, spores not germinated 
Spores gcrminatcd,f2cant myccl'ial development 
No growth, spores not germinated 
No growth, spores not germinated 
No growth, spores· not germinated 
:; 'ores germinated, slight to moder;]te nnycelial 
J~\ 'lopment 
Growth on 3 of 8 rods, scant: mycelial 
developmant 
Spores germinated, scant mycelial development 
Genninated spores on 4 of 8 rods 
Spores germinated, scant mycelial development 
No grol"th 
Spores germinated, scant mycelial development 
Growth 
Rating(a) 
-
-
+ 
-
+ 
-
-
-
++ 
± 
+ 
± 
+ 
-
+ 
, 
Specimen 
Code .. No. 
N-l7 
N-l8 
N-19 
N-20 
N-21 
N-22 
• 
1 ' 
33 
TABLI~ 6. Continued 
Observation 
S~)ores gcrmina ted) scant mycel ia 1. development 
No growth or spore germination 
No grm<1th or spore germinotioll 
Growth on 1 of 8 rods, scant mycelial 
development 
No grm<1th or spore germination(b) 
No groHth or spore garnlination(b) 
Occasional spores germinated 
No growth or spore germination(b) 
Growth 
Rating (:1,>._ 
+ 
-
-
± 
-
-
± 
-
===================---==--==-~-~'.====~========:==~::==========,======~==,~"===!=.=======.=.==== 
'a) Growth ratings Were: 
- III No growth or spore germination 
± III Questionable or partial spore germination or growth 
+ III Definite but scant mycelial development 
++ III Slight moderate mycelial developmer" 
(b) Pit corrosion of aluminum noted, especially on the 5052-001 
aluminum core material. 
, 
• 
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TABLE 7. .mASUREMIZN1' OF COATING PROPERTIES 
DURING SOIL BURIAl .. EXPOSURE 
we: = I =nt:i 
= 
is: t21 :z;::': t n i; • 
Coating 
Code No. 
N-l 
N-2 
N-3 
N-4 
N-S 
N-6 
N-7 
N-8 
N-9 
N-lO 
N-ll 
N-12 
N-13 
N-l4 
N-15 
N",l6 
N-l7 
Measurement a t T1m(~ Noted a mO.nths 
Pencil Bardu,css (0) 
Initial 1 3 
8 
7 
10 
11 
8 
9 
9 
11 
11 
5 
11 
11 
11 
13 
13 
6 
< 1 
7 
8 
6 
1 
6 
a 
9 
4 
8 
5 
9 
11 
9 
12 
10 
3 
< 1 
7 
8 
6 
1 
7 
8 
8 
a 
10 
5 
8 
11 
9 
13 
11 
2 
< 1 
6 
6 
6 
6 
2 
7 
9 
a 
7 
11 
5 
9 
11 
9 
11 
9 
2 
< 1 
__ --.E.;;..,;;lectrical Reslstance. oh:-s(b) 
Ini.tial 1 3 6 
1.2X107 1.aXl07 9.4XI06 
3_1XI07 7.9XI06 5.6XI06 
Not applicable -
> 1.0Xl012 1.3XlOlO 
2.7XI0 7 
1.4Xl07 
1.9X109 
2.3Xl06 
Not 
1.5Xl05 
6.0X107 
5.2XlOS 
8.0Xl06 
2.9X108 
3.1XI0S 
applicable -
7 1.2XlO 
1.0Xl08 
Not applicable 
Not applicable -
2.7XI08 1.7XIOS 
Not applicable -
Not applicable -
2.7X108 1.5X105 
Conductive coating 
3.2Xl010 S.lXl09 
3.0Xl05 
O.SX10S 
6.4Xl07 
1.6XI05 
2.7XlOS 
O.7X105 
3.9Xl06 
1.2Xl05 
Conductive coating 
6 1,,2XlO 
6.SX107 
Conductive coating 
Conductive coating 
2.8Xl08 3.1X108 
Conductl\'e coating 
Conductive coating 
(a) See footnote (d) at end of Table 1. Initial pencil hardness readings are 
different in some cases than those presented.in Table 1. This is probably 
due to additional curing during storage at rc"m temperature until soil 
burial was started. 
(b) Neasurement made :i.n situ w1.th Model 602 Electrometer. iJncoated substrates 
--(aluminum nnd stainless steel) vnried between 0.5 - 1.DelOS ohms during the 
exposure period. Conductive coatings also had measurements in this 
approximate range. 
• 
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Loases in electrical resistance in the 'range of 2 to 3 logs were recorded 
for: N .. 4 (polyurcthullc), N-5 (acx-y1ic), N-6 (acrylic) N-1 (epoxy) and N-l1 (silicone). 
One log laos in electrical resistance occurred for: N-1 (varnish), N-2 
(varnish) and N-S (epoxy). 
Only minor losses in electrical resistance occurred for the remainder of 
the conti.ngo, which appear to be somewhat resistant to microbin1 degradation. This 
method of measuring coating change was not suitable for conductive coat1.ngs (N-3, 
N-9, N-12, N .. 13, N-15, and N-16). 
There \-1D.'~ no apparent correlation between t30ftening as dt~terr.\ined by pencil 
hardness change and loss in elcctricnl resistance. If a cOll.ting exhibited a loss 
in either pl·operty, then deterioration apparently occurred. As noted, the dcteriora-
tion mny have been caused by either microbial action or by thC'. humid c.n: wet condi-
tions of the experiment and tTje resulting "-later absorption by the coat1.ng. In either 
, 
case, 9 of the 17 coatings w~re severely affected as determined by one or the other 
evaluation procedures as noted above. 
Scanning el.ectron microscope (SEM) examination was employed to determine 
whether changes in surface features could be observed for selected specimens after 
soil burial exposure. In a preliminary study of control, exposed, and ultrasound-
cleaned specimens of coating N-17 (silicone) after 4 months of soil burial, the 
SE~t photomicrographs shown in Figures 6 thro ~h 9 were obtained. The following 
remarks can be made: 
Figure 6: The non-exposed (control) surface of silicone coating N-l1 
is quite rough with pigment 'partic1es of less than 1 ~ and 
deep irregular pits greater than 1 ~ in diameter. 
1 
1 
I 
• 
, 
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Figure 7: Moderate domage to the surface of this coating occurred in 
10cD1ized aress with apparent 10s8 of pigment: particles. Some 
areas of this coating surface were sb~llar to that shown in 
Figure 6. 
Figure 8: The surface of the control specimen after ultrasound cleaning 
was similar to the non-exposed cont.:t'ol surface sho\l1n in 
Figure 6. indicating that the ultrasound cleaning alone 
apparently did not affect this coating surface. 
Figure 9: This coating surface is entirely different from any of the 
previous surfaces shown. It is relatively smooth with small 
microfissures throughout. Apparently soil burial exposure 
essentially softenf>d or decomposed thCi matrix allowing the 
pigment particles to break loose during the cleaning process. 
This, along with the previously-reported loss of electrical 
resistance after soil burial, provides a strong indication 
that this coating is susceptible to microbial deterioration. 
SEM examination at magnifications between 100 and 10,OOOX of selected 
coatings after 6 months of soil burial may be briefly summarized as follows: 
N-3 (silicate) - Fissures (up to 50 ~ width) were obvious in this coating 
surface at 100X in all specimens ~xamined, including the non-exposed control. 
The fissures wer~ somewhat l~rger and occurred more frequently in specimens 
exposed to soil burial and ultrasound cleaning. At 2000X, the surface of all 
specimens was quite rough with irregula~ty shaped pits up to 3 ~ in diameter •. 
!:!::.4 (polyurcthnne) - The coating surface of all specimens was very smooth at all 
magnifications to 10.GOOX. Occasional microfissures (0.1 ~ width) were .observed 
, .. 
Fiaure 6. 
• 
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... . 
Control (Non-Exposed) Surface of Coatina 
N-l7 (Silicone): SEM. lO,OOOX 
, 
• 
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Figure 7. Surface of Coatina N-17 After 4 MOnth. 
of Soil Burial EXp08ure: SEH - 10,OOOX 
, 
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, 
I 
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Fiaure 8. Control (Non-Exposed) Surface of Coatina N-17 
After Ultrasound Cleanina: SFH - 10,OOOX 
, 
• 
- - - -
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Figure 9. Surface of Coating N-17 After 4 Montha of Soil Burial 
Exposure and Ultrasound Cleaning: SEM - 10.000X 
, 
• 
, 
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in all specimens except non-exposed contro10. The microfi88u~e, we~e Dore frequent 
in the spocimen exposed to soil burial and ultrasound cleaning. Greater damage 
than this was oxpecl:ed since this coating WllS one of the more severely damaged in 
soil burial as determined by lossos in penei1 hardness and electrical resistance. 
N-S (llcryl.iel - Surfaces of all coating specimens wore moderately smootia with 
bWll(>S d\lc appnrtJntly to underlying pigment particles. Hicrof1.ssures were rR~c1y 
observcd in all specimens whether exposed or not. Since no evidence of physical 
damage of the coating surface was observed. chemical changes in the coating due 
to soil burial exposure are suspected. 
N-6 (llery~.ic~ - Hodcratcly smooth coating surfaces for all specimens were ob-
served at magnifications up to 500X although pigment particles and air bubbles 
caused sotne surface irregularity. Some air bubbles were partially ruptured with 
essentially the appearance of pinholes in all specimens examined. Soil burial 
exposux'e apparently caused more frequent and severe rupturing of air bubbles 
(observed at 2000X) and may be the reason for loss of electrical resistance. 
N-8 (epoxy) .. Surfaces of this coating were very smooth at magnifications up tel 
2000X for non-exposed. soil-buria1-exposed, and ultrasound cleaned specimens. 
However, the surface of the specimen from soil burial and cleaned with ultrasound 
was quite rough with irregularly shaped pign,ent particle.s (approximately 5 "" long 
'x 2 .. 3 "" wide). The combination of soil burial exposure and ultrasound cleaning 
apparently removed some of the polymer matrix. PinholE~s were occasion311y obset~ved 
in all specimens. 
~-10 ~vnF.nish)" The SUrfllCc.s of all specimens of this coating were ,'ery smoot1, 
at magnifications up to 2000X. Very small microfissure8 «0.1 f.L) were observed 
at 10,OOOX on surfaces exposed to soil burial alone and to soil burial with, 
• 
; 
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ultrasound cleaning. No microfissur\!s were evident on nonexposcd or ultrasound-
.~lcanc,,1 surfaces. This (!oating performed well in soil burial with no 10s8 of 
hatdness or e1ectri.ca1 resistance although it did support or stimulate microbial 
growth in other studies. 
,N-12 (polxj.mic1cl - The surfaces of all specimens were exceptionally smooth at 
magnifications up to 2000X. Pinholes were rarely observed in all specimens 
whether exposed to soil burial or not. The pinholes appeared to be formed by 
air bubbles which had collapsed and filled in. There was no real evidence of 
any physical differences in thef'Jc specimens. This coating performed well in 
soil burial with no 10.::3 in hardness although extracts stimu11lted the growth of 
two fungi. 
N-14 (pol.Xllrct:hll~f!l .. Surfaces of this coating were moderately smooth \l7ith some 
irregularity due to pigment particles. Fissures (some up to 50 IJi width) similar 
to scratcheD were observed on all specimens. Pinholes (approximately 5 1Ji) were 
also found occasionally. Enl.argement of the fissures occurred on specimens exposed 
to soil burial alone and cleaned by ultrasound. 
J,'t-16 (silicate) .. The surfaces of all specimens were very rough with a porous 
texture (observed at 2000X). There were no apparent changes due to soil burial 
oxposuro or u1tl-asound treatment. Chemical changes in this coating are apparently 
'inv~lvcd in the significant loss of coating hardness during soil burial. 
N-1 L(si liconql - The series of SEM photomicrographs for this coating after 6 
months of soil burial were essentially similar to those obtained after 4 months 
of soil burial (Figures. 6 through 9). These photomicrographs were previounly 
discussed. 
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For the purposes of minimizing microbial contamination and entry points into 
the matrix of a coating, smooth-surfaced coatings are prefcrab1.~ to (mes wf.th rough 
surfaces. Pinholes and fissures must be minimal for the same reasons. Of the c03tings 
examined by SEM, N-'. (polyurethane), N-8 (epoxy), N .. lO (varnish), and N-12 (polyimide) 
without question had the smoothest surfaces. Microfissures, pinholes, or coating 
change after soil hurial exposure occurred for three of these coatings (No.4, N-8, and 
N-IO) so that coating N~12 appears to be superior from this point of view. Coatings 
No.3 (silicat:~, N-l6 (silicate), and N-17 (silicone) were quite rough initially and 
changed significantly after soil burial exposure. Coatings No.5 (acrylic), aud N-14 
(polyut'~thanc) were intermediate in smoothness with only N-5 remain1.ng apparently un" 
changed after soil burial. 
'1'he data obtained from bacterial spore studies are summarized in 
Table 8. Grea ter surviva 1 was noted "or £1. sporop.cll'l(::§. spores thnn 11. suhej 1 is, 
although the latter survive surprisingly well under the anaerobic conditions of 
this experiment. As might be expected, A. ~ilis spores were hardier than the 
vegetative cells of this organism in the previouslyruscribed extract stuny (Table 4). 
One coating, No.3 (silicate~, totally inhibited spores of both species while several 
others (N-lO varnish, N-11 varnish> and N-14 polyurethane) totally inhibited only 
B. subtilis spores. Strong inhibition of spores of both bacterial species occurred 
- . 
with No.1 (varnish) and N-17 (silicone). Some specimens appeared to enhance spore 
survival of both species. These were N~12 (polyimide)~ N-15 (polyurethane), N-1~ 
(silicate), and the honeycomb materials, N-22 and N-23. Other specimens enhanced 
spore survival of one of the species namely, N-2 (varnish),N-4 (po1yurethane)~ 
N-5 (acrylic), N-6 (acrylic), N-7 (epoxy), N-IO (varnish) N~14 (polyurethane), 
and the honeycombs, N .. 21 and N-24. For all other specimens (No.8, N .. 9, and N .. 13) , 
the spore recovery rates were essentially the same as those obtained f(',t the metal 
substrates (N-18, N-19, and N-20) , i.e., within the range of 1000 .. 6000 spores/cm2 
recovered. 
• 
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TABLE 8. RECOVERY OF BACTERIAL SPORES FROM 
SPECIMEN SlJRFACgS AFTER ANAEROBIC 
INCUBATION AT 30 C 
=e= e a 10 
-
Se,ore Rocover~ Roting(a) 
:: I 
.. 
Specimen B • subt11is(b) Clos trid1.um (c) 
. -Code No. var. nigcr. spol'ogenes 
1 ± ± 
2 + +I-
3 
- -
4 + ++ 
S +f- + 
6 + ++ 
7 + 
* 
8 + + 
9 + + 
10 
-
+l-
II 
- --
(d) 
12 ++ +I-
13 + + 
14 
- "* 
15 
* 
-t+ 
16 +I- ++ 
17 ± '"'~ .... 
18 + f 
• _I. 
-
""1 ..• -d.'/~.·~~~W*""-"ff'" 
• 
Specimen 
Code No. 
19 
20 
21 
22 
23 
24 
• 
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TABLE 8. (CON'T) 
Spore Recovery Rating(a) 
B. subtilis(b) Clostridium(c) 
- . 
var niger Spcl):.2Bcmes 
+ + 
+ + 
+ ++ 
+to 
* 
++ +l-
t 
* 
= : :===: 
(a) Recovery of spores from specimen surfaces was 
t\!';co,nplished \-lith sterile cottOll swabs which '-lere 
agitated in sterile physiological saline. The 
resulting spore-containing suspensi~n was serially 
diluted and plated out on tryptone glucose extract 
agar (supplemented with 0.5 percent yeast extract). 
The plates were then incubated in a hydrog.en 
atmosphere for varied periods of time and the 
resulting colonies counted. The rating system is 
as follows: 
.. .. no recovery 
± 1 - 1000 cells/em 2 recovered • 
+ II 1000 
* 
II more 
(b) Incubated 37 days 
(c) Incubated 48 days 
(d) Not included 
- 6000cells/cm 2 
than 6000 cells/em 2 
\ 
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These reBults could not have been predicted from growth inhibition of 
microorganisms in prcvicusly-dcscribcd studies in this report. For example, 
the spore kill that occurred with N-3 (silicate) may have been brought about by a 
high pH since a pH of 8.9 was obtained for l'he water extract of this coating. 
The fairly strong spore inhibition by N-l7 (silicone) was certainly not expected 
Elince vegetative microbial forms in all other exposure studf.cs either were 
stimulated or at best survived in the presence of this coating or extracts from 
it. However, on the basis of strong inhibition or kill of both spore forms, the 
coatings N-l (varnish), N-3 (silicate), and N-17 (silicone) performed best in 
this study. Coating N-ll (varnish) may be as gnod but data were obtained only 
for ~. ~ilis. 
\ 
; 
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SUMHARY AND CONCTJUS IONS 
On the basis of all the evaluations conducted, none or th~ coatings 
inhibited microbial gro~lth totally. Therefore, none of the coatings as they are 
now formulated are suitable from a spacecraft sterilization viewpoint without 
terminal or some other sterilization process. 
Some of the coatings are fairly resistant to microbial degratlntion as 
judged by mln~nal or no chnnges in pencil hardness or electrical resistance in 
soil burial exposure and minimal or slight microbial growth in most of the other 
types Qf exposures. These are: 
N-2 (varnish) 
N-9 (phenol-butyrate) 
N-12 ·(poly:l.mide) 
All other coatings significnntly Boftened, lost electrical resistance, 
or had moderate to heavy growth in more than one type of evaluation; and could be 
~prcv d in regard to resistance to microbial attack. 
Three varnishes (N-l, N-2, and N-II) contained fungicides. One (N-IO) 
did not. As a class, varnishes were less susceptible to microbial attack and 
supported less microbial growth than other coatings. The non-fungicide-containing-
vaz;nish (N-IO) stimulated the growth ()f more ulicroot"ganisms than ruy of the other 
varnishes alti,ough it performed well during soil burial exposure. 
The polyurethanes (N-4, N~14, and N-15) appear to be the class of coating 
most susc\~ptible to microbial attaclc with N .. 14 and N-15 performing somewhat better . 
than N-I ... 
• 
• 
• 
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The two acrylics, N-5 and N-6, appeared to be somewhat resistant to 
degradation but supported the growth of many of the microorganisms and lost two 
logs electrical resistance during soil burial. Of the two, N-5 appears to be 
the better coating on the basis of less microbial growth in petri plate and high 
humidity evaluations. 
, 
Both epoxy coatings (N-? and N-8) evaluated supported the crowth of most 
of the microorganisms. Pencil hardness rating losses in high humidity and soil 
burial exposures occurred for N-8, and epoxy N-7 appears preferable. 
The silicate coatings N-3 and N-16 softened significantly during soil 
burial although neither markedly stimulated microbial growth in other evaluations. 
Coating N-3 is known to be sensitive to water over prolonged exposure periods. 
This may hove been tho reason for the loss of hardness recorded. The same may be 
true for the N-16 silicate coating. 
Although both can provide ~utrients for microbial growth and survival, 
the phenolic-butyrate coating (N-9) and the polyimide coating (N-12) appear to be 
resistant to microbial attack as judged by lack of changes during soil burial. 
Scanning electron microscope examination revealed the surface features 
of selected coatings as well as resulting damage from soil burial exposure for 
some satnples~ Enlargement or occurrence of pinholes, fissures, microfissures or 
other changes due to soil burial ultrasound cleaning w~re observed for coatings 
• 
N-3 (silicate), N-4 (polyurethane), N-6 (acrylic), N-8 (epoxy), N-IO (varnish), 
N-14 (polyurethane), and N-17 (silicone). The damage observed did not always 
coincide with measured losses in soil burial exposure, e.g., N-IO did not soften 
, 
or losa electrical resistance although it did support microbial growth in extract, 
petri plate, and high humidity studies. Examination of coatings N-S (acrylic) 
.. 
• 
• 
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and N-16 (silicate) reveJlcd no obvious damage to coating surfaces, and the 
property losses recorded for these coatings atter soil burial exposure are believed 
to be the result of chemical changes in these coatings. One of the least affected 
coatings in soil burial (N-12, polyimida) had no observable surface damage. 
Several of; the coatings (N-3, N-16, and N-17) had very rough surfaces 
which could harbor and partially protect contaminant microorganisms. A smoother 
surface would be preferable. Other coatings were very smooth at magnifications 
up to 10,000 X, but had pinholes, fissures, or changes in soil burial exposure. 
'these were N-4, N ... 6, N-S, and N-lO. Only N-12 (polyimide) hod a smooth surface 
with no apparent loss in properties during soil burial. The remaining coatings 
(N-S and N-14) examined had moderate "moothness with a moderate degree of property 
loss in soil burial. 
Substances extracted from stainless steel (N-1S) and untrealed aluminum 
(N-20) stimulated the gro''''th of most organisms evaluated in extract studies. 
Iridite-treated aluminum p(.!rformed b . ;.st in these evaluations by supporting less 
microbial growth. These findings were corroborated to s~ extent in petri plate 
and high humidity studies. 
Of the four types of honeycomb materials evaluS't.ed, N-22 supported less 
microbial growth in the various studies than the other honeycombs, ~-21, N-23, and 
N-24. Pit corrosion of the aluminum core material during microbiological exposures 
was abundantly eviden~ in specimens N-21 and N-22. Because of the corrosion, the 
heat-rcsistnnt phenolic core in N-23 and N-24 seems prefernble to the 5052-001 
aluminum core used in the other specimens. The microbiological evaluations of 
these specimens cannot be fully interpreted since the history of handling before 
being received at Battelle was not known. 
• 
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In conclusion, of seventeen externally-applied spacecraft coatings 
, 
evaluh~ed in extract, petri plate, high humidity, and 8011 burial e~perimentsJ 
none totally inhibited the test organisms employed and few were highly resistant 
to micr.obial deterioration under the cond1.tions of the experiments conducted. 
The best of the group were N-2 (varnish),N-9 (phenolic-butyrate), and N-12 
(polyimide). All should be improved by microbiocide addition or elimination of 
nutrient components 1n their formulations to minimize microbial growth or survival 
on coated spacecraft surfaces. By employing either approach. spacecraft steril-
ization proc~dure8 can be shortened with fewer adverse effects on heat-sensitive 
components of spacecraft systems. Metal substrates (stainless steel and aluminum) 
. 
and honeycomb materials should be further investigated to determine more precisely 
their role in thIs situation. 
The overall data are a good demonstrAtion of the varied responses 
that can be obtained from vegetative and spore forms of the same organism~, of 
the individual species responses that can occur due to the differences in 
physiology and make-up of the organisms investigated; and of the effect of 
water-soluble nutrients, stimulants, and inhibitors present 1n coatings and 
metal substrates. The data also indicate that a single exper':Lment cannot be 
relied upon for judgements regarding the degree of microbial survival on or 
detcrloration of materials. 
RECOMHENDI\TtONS 
We recommend thnt NASA consider the following appro~ches to improving 
externally-applied spacecraft coatings and related materials: . 
(1) Investigate suitable llIicrobiocidal agents for incorporation 
into selected coatings. 
, 
• 
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(2) Encourago manufacturers to minimize water extractabla 
nutri~nts in cured contingAt 
(3) Encourage manufacturers to provide coatings with smooth 8urfaces. 
(4) Investigate means of minilnizing water extractable nutrients from 
metal substrates and honeycomb materials. 
(5) Establ:l.sh spccificatio l'" for cOBtings, substrates, ane! honeycombs 
that require all of the above. 
\ 
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